The usage of lignin in two significant applications: As adsorbent surface of water pollutants and antioxidant of plastic polymers: short review

Zeyad Fadhil 1, 2, *, Dheaa Shamikh Zageer 1, 3, Abbas Hasan Faris 4 and Mohammed H Al-Mashhadani 1

1 Department of Chemistry, College of Science, Al-Nahrain University, P. O. Box: 64021, Baghdad, Iraq.
2 College of Pharmacy, University of Thi-Qar, Thi Qar, Iraq.
3 Forensic DNA Center for Research and Training, College of Science, Al-Nahrain University, Baghdad, Iraq.
4 Directorate of Materials Research, Ministry of Higher Education and Scientific Research, Baghdad, Iraq.

GSC Advanced Research and Reviews, 2021, 08(03), 108–118

Publication history: Received on 20 July 2021; revised on 16 September 2021; accepted on 18 September 2021

Article DOI: https://doi.org/10.30574/gscarr.2021.8.3.0185

Abstract

Since pollution is very serious problem threatening the environmental eco-system around the world, but people do not usually treat this issue properly. Water is contaminated with different type of pollutants such as organic, inorganic, heavy metals, pesticides, dyes, phenols, and many other pollutants. Using adsorption phenomenon is very practical, easy and common method to remove pollutants from water. Owing to the significant properties of lignin such as high surface area, porosity, availability in huge amount, it was chosen to be used as an adsorbent surface of various pollutants. Herein it is going to review some of important literatures regarding that. Another serious problem that is threatening the marine eco-system, human health, and influence the global warming is the huge consumption of plastic polymers every year. Thus, reducing the consumption of plastic polymers is significantly matter. Lignin chemical structures are highly oxygenated and have several aromatic units, so by definition lignin can act as an antioxidant, free radical scavenger and photo-stabilizers. As the chemical structure of monomer moieties to form lignin are highly aromatic so it is suitable to work as UV- blocker to stop the photo-degradation of plastic.

Keywords: Lignin; Adsorption process; Antioxidants; Photo-degradation; Plastic polymers

1. Introduction

Water pollution is contaminating of water by industrial or domestic materials (pollutants) almost of them due to human activities. These pollutants contaminate water from different resource and extents; hence it is very serious problem threatening the marine eco-system, but people do not usually treat this issue properly. Huge numbers of researches have been done by authors to understand this problem and exhibit suitable procedure to overcome it. The most common procedures are bio-degradation, using UV light, precipitation and adsorption [1-5]. Figure (1) shows two different types of pollutant contaminating water because of human activity.
2. Types of water pollutants

The water, appears in Figure (2), contains different type of pollutants such as organic, inorganic, heavy metals, pesticides, dyes, phenols, and many other pollutants [6-9]. These pollutants change the water physical properties like change its odor, color, and taste. Furthermore, these pollutants threaten humans and animals live also effects the marine eco-system. Since then too much sea live creatures have been extinct just because of these harmful pollutants [10, 11]. Fabric industries commonly utilizing dyes in big amount by mixing it with water and some industries discharge it into the water again without any treatments unfortunately. Figure (1-14) shows dyes waste from textile industries and only from the photo it can be seen the disaster that is happened to the water because of these colored pollutants. Dyes have changed the color of water and maybe its density as well [12]. Hence almost of dyes are organic substances so it is hard treat them and they have high toxicity. As a result, when dyes go into the water of lakes, rivers or sea, it can accumulate inside the sea organisms and hurt them [13].

Commonly, artificial dyes are allocated into reactive, basic, acidic and more other units. Furthermore, dyes have different functional groups within their chemical structure and the most famous groups are azo, carboxylic acid, hydroxyl, and amine. etc [14]. From all above, dyes and other pollutants have to be removed before discharging into the water. Therefore, various procedures should be applied to remove these undesired pollutants from water such as chemical precipitation, ion-exchange, electrochemical, and adsorption process. Since the adsorption process is a very well-known procedure to remove dyes [15, 16].
3. Adsorption and absorption processes

Adsorption is a surface phenomenon when ions, molecules or atoms in form of gas, liquid, or even dissolved substance, attached to the surface of solid materials by physical forces such as Van der Waals forces [17]. By this method, a film of the substance (adsorbate) is formed on the top of solid phase (adsorbent). Adsorption phenomenon is different than absorption phenomenon hence adsorption happens on the surface while absorption penetrate inside the materials. Therefore, in absorption the molecules or ions goes through the bulk but in adsorption the process happens only on the surface by week forces so the adsorbate can be removed and reactivate the surface of adsorbent [18, 19]. Figure (3) illustrates the differences between adsorption and absorption phenomena. Sorption includes the both phenomena and desorption is the reverse of the process [20].

![Difference between Adsorption and Absorption](image)

**Figure 3** Animated chart to describe the main differences between adsorption and absorption phenomena

4. Lignin as an adsorbent surface of harmful heavy metal ions

In general, using adsorbent to remove pollutants is considered as a cheap and easy way in terms of economy. However, in this work we are going to introduce a very handy, inexpensive and efficient absorbent, which is lignin. Moreover, it is considered as a waste as was described in the previous sections [21].

![Lignin Adsorption](image)

**Figure 4** Animated chart shows adsorption of heavy metal ions by lignin [40]
Due to the significant properties of lignin such as high surface area, porosity, availability in huge amount, it was chosen as an adsorbent in this study [22]. Furthermore, the chemical structure of lignin has various functional groups which give it significant features to be an excellent adsorbent [23, 24]. Till now, there are many studies about utilizing lignin as adsorbent to remove heavy metal ions from polluted water such as copper, lead, arsenic, cadmium, chromium, mercury, nickel, zinc etc. [25-30]. Since these heavy metals are too harmful for sea life and influence human health by causing serious diseases through the nutrition cycle [31-33]. Consequently, the heavy metals have high toxicity and they have to be removed before discharging into the aquatic environment. Since numerous procedures have been used to remove them and adsorption is the most common method have been utilized regarding that [34, 35]. Therefore, adsorption process is well-known as promising procedure to remove heavy metals from water because it is easy method with high efficiency also the availability of adsorbent surfaces such as lignin or other adsorbents. In addition, the adsorbent surface can be reactivated by removing the adsorbate by desorption process [36-39]. Figure (4) is an animated draw illustrates the ability of lignin to adsorb different heavy metal ions by its various functional groups without damaging the environment [40].

5. Lignin as an adsorbent surface of toxic dyes

Even though there are so many studies investigated the efficiency of lignin to adsorb heavy metal ions but only few authors have exhibited the utilization of lignin as adsorbent to remove colored pollutants (dyes) from water. Thus, almost of these pollutants produce by textile industries as a waste and through to water without any treatment. In 2016, Zhang’s group have published paper using lignin obtained from rice straw by organosolv process to remove methylene blue from water by adsorption method [41]. They have demonstrated that the amount of adsorption is pH depended. Since they have proved that the best adsorption efficiency at pH between 4.0–5.0. They have also studied the surface morphology of lignin before and after the adsorption process as shown in Figure (5).

![Figure 5](image)

**Figure 5** a) Microscopic image of organosolv lignin holding methylene blue dye after adsorption process. b) Organosolv lignin SEM image [41]

![Figure 6](image)

**Figure 6** FTIR spectra of lignin before and after absorption malachite green [42]
Moreover, Seo et al. in 2019 have used pristine lignin as adsorbent surface to remove malachite green from water by adsorption process [42]. They have demonstrated that the capacity of adsorption is 31.2 mg/g using Langmuir's isotherms regarding that. It was also exhibited that the equilibrium time was very quickly reached within only 15 minutes this means the adsorption process happened rapidly. Again they have proved that the adsorption process can happen at pH from 2 to 5 and also noticed that the broad peak at 3400 cm$^{-1}$ of lignin either reduced or become weaker after adsorption process see Figure (6). This outcome gives indication that the adsorption process occurs close to the hydroxyl groups and lead to reducing the hydrogen bond around there.

Recently, it has been extracted lignin from Eucalyptus grandis sawdust and used it as adsorbent surface to remove methylene blue from water [43]. It was found that the specific surface area of extracted lignin is 20 m$^2$/g which means it can work as an excellent adsorbent surface of different pollutants. Different analytical methods were applied to exhibit the efficiency of extracted lignin to adsorb methylene blue from aqueous solutions. Hence the adsorption efficiency is 32 mg/g and its isotherms are fit with Langmuir equation and the process is exothermic. They have also demonstrated the capability of desorption process for lignin without losing its significant properties. Figure (7) is an animated diagram illustrate the analytical process of methylene blue dye which adsorbs on the surface of extracted lignin to get clean water.

![Figure 7 Animated scheme shows the adsorption process of methylene dye on the extracted lignin surface [43]](image)

6. Analytical methods of plastic polymer stabilization

This section is going to present a short literature review about analytical procedure of using lignin as a thermal stabilizer and antioxidant of plastic polymer. As will be describe in next pages there are only few papers have been published about using lignin as antioxidant or thermal stabilizer. However, up to date writing this report there is no one used lignin as photo-stabilizers of plastic polymers especially for polyvinyl chloride (PVC).

7. Plastic pollution

For only one year (2018) there was a huge amount of plastic was produced about 380 million tones [44-46]. To the end, almost of this plastic are accumulate in the oceans as a waste causing what is known plastic pollution. It is the most serious problem is threatening the marine eco-system, human health, also has influence on the global warming. Thus reducing the consumption of plastic polymers is significantly important [47-49]. Therefor researchers have used different approach to stabilize these polymers and reduce their degradation [50-56]. The most common method is by using natural or synthesized chemicals as thermal-stabilizers, antioxidants or photo-stabilizers [57-60].

8. Lignin as a thermal-stabilizer, or antioxidant of plastic polymers

In general, plastic polymers are mixed with chemicals by ratio less than 10% per weight to prevent or reduce polymer chain degradation due to raised temperature or exposure to UV light [61, 62]. These chemicals are called stabilizers, however, antioxidants react with free radicals to stop their damage or even prevent their formation [63, 64]. Hence these free radicals are formed during the usage of plastic polymers and exposure to outdoor conditions such as sunlight and high temperature. Normally, antioxidants are highly oxygenated within their chemical structure so they work as free radical scavengers. Moreover, photo-stabilizers can protect plastic polymers when irradiated by UV-light and work as UV-blockers because these chemicals have high aromatic system which absorbs at UV region [65, 66].
Consequently, lignin chemical structures are highly oxygenated and have several aromatic units, so by definition lignin can act as an antioxidant and photo-stabilizers [67, 68]. Figure (8) shows the chemical structure of monomer moieties to form lignin as they have aromatic ring and highly oxygenated [69]. Lignin is suitable for packing applications with plastic films hence it is a good antiradical substance.

**Figure 8** Chemical structure of monomer units to form lignin [69]

One common example of using lignin as a stabilizer is mixing it with polylactic acid hence it has demonstrated good stability. Yang *et al.* in 2016 have investigated polylactic acid thin films containing nano-particles of lignin in different concentration. They have followed the activity of formation free radicals and their scavengers [70]. Thus it has proved that increasing the amount of lignin leads to increasing the ability of radical scavenging. Domenek has showed that the molecular weight of lignin affects the scavenging activities [71]. Hence it was studied the influence of molecular weight on polylactic acid/lignin films. They noticed that lower molecular weight gives better outcomes because smaller molecular weight species means more antiradical fractions. Therefore, the efficiency against oxidative degradation is improved. Figure (9) shows how phenols groups can work as free radical scavengers and stabilize it because oxygen has high electronegativity and the radical could stabilize by resonance [72].

**Figure 9** Free radical stabilization by phenol units as antiradical scavengers
In 2021, Zhang’s group has utilized activated lignin to improve thermal properties and flame retardancy of polyvinyl chloride (PVC) [73]. The blend of lignin/PVC showed an excellent flame retardancy and thermal stability compared to blank PVC. They have demonstrated that using lignin has significantly inhibited the formation of HCl molecules which form due to the thermal degradation of PVC. Figure (10) shows the procedure to enhance the thermal and flame retardancy features of PVC by using activated lignin.

Figure 10 An animated diagram illustrates the thermal stability and flame retardancy of PVC/lignin [73]

9. Conclusion

To summaries, Lignin has been studied by many researchers. However, according to the literature we have been able to reach through Google Scholar and other browsers, till now nobody have been used lignin as a photo-stabilizer of polyvinyl chloride and polystyrene polymers. Since this paper recommends utilizing lignin as a photo-stabilizer of PVC and using different analytical approaches to improve its efficiency. In addition using lignin as adsorbent surface of pollutants from aqueous solutions and using different analytical methods to exhibit that such as utilizing equilibrium time, lignin mass, pH and temperature to exam the adsorption efficiency. Furthermore it could be studied the adsorption isotherms of various pollutants on the lignin surface and investigated the Langmuir and Freundlich models.

Compliance with ethical standards

Acknowledgments

We would like to thank Al-Nahrain University for their support during this work.

Disclosure of conflict of interest

All authors of the manuscript have no conflict of interests to declare.

References

[1] Laws Edward A. Aquatic Pollution: An Introductory Text (4th ed.). Hoboken, NJ: John Wiley & Sons. 2018.
[2] UN-Water. World Water Development Report 2018: Nature-based Solutions for Water, Geneva, Switzerland. 2018.
[3] Abioye AM, Ani FN. Recent development in the production of activated carbon electrodes from agricultural waste biomass for supercapacitors: A review, Renew. Sust. Energ. Rev. 2015; 52: 1282–1293.
[4] Adebayo MA, Prola LDT, Lima EC, Puchana-Roseroa MJ, Cataluna R, Saucier C, Umpierres CS, Vaghetti JCP, da Silva LG, Ruggiero R. Adsorption of Procion Blue MX-R dye from aqueous solutions by lignin chemically modified with aluminium and manganese, J. Hazard. Mater. 2014; 268: 43–50.
[5] Saed UA, Ali MH, Atshan AA. Adsorption of Methyl Orange from Wastewater onto Cane Papyrus, Second Scientific Conference – Science College – Tikrit University. 2012.
[6] Ao W, Fu J, Mao X, Kang Q, Ran C, Liu Y, Zhang H, Gao Z, Li J, Liu G, Dai J. Microwave assisted preparation of activated carbon from biomass: A review, Renew. Sust. Energ. Rev. 2018; 92: 958–979.

[7] Ali MH. Batch Thermodynamics and Kinetic Study for Removal of Cationic Dye from Aqueous Solution Using Iraqi Limestone, IOSR J. Applied Chemistry (IOSR-JAC). 2013; 4(6): 11-20.

[8] Xu T, Zhang N, Nichols HL, Shi D, Wen X. Modification of nanostructured materials for biomedical applications. Materials Science and Engineering. C. 2007; 27(3): 579-594.

[9] Tesfaw B, Chekol F, Mehretie S, Admassie A. Adsorption of Pb (II) ions from aqueous solution using lignin from Hagenia abyssinica. Bulletin of the Chemical Society of Ethiopia. 2016; 30(3): 473-484.

[10] Leah MF, Love M, Angela D, Ruffel R. Adsorption of methylene blue dye and Cu (II) ions on EDTA-modified bentonite: Isotherm, kinetic and thermodynamic studies. Sustainable Environment Research, 2018; 28(5): 1-9.

[11] Saed UA, Ali MH, Atshan AA. Adsorption of Methylene Blue Dye From Aqueous Solution Using Can Papyrus, Journal of Babylon University/Engineering Sciences. 2014; 22(1): 218–229.

[12] Suteu D, Malutan T, Bilba D. Removal of reactive dye Brilliant HE-3B from aqueous solutions by industrial lignin: Equilibrium and kinetics modelling. Desalination. 2010; 255(1-3): 84-90.

[13] Kaykhhaii M, Sasani M, Marghzari S. Removal of dyes from the environment by adsorption process. Chemical and Materials Engineering. 2018; 6(2): 31-35.

[14] Hossein MA, Behzad H. Removal of reactive red 120 and direct red 81 dyes from aqueous solutions by Pumice. Research Journal of Chemistry and Environment. 2012; 16(1): 62-68.

[15] Bazrafshan E, Ahmadabadi M. and Mahvi A.H. Reactive red-120 removal by activated carbon obtained from cumin herb wastes, Fresenius Environmental Bulletin. 2013; 22(2A): S84-590.

[16] Milan M, Sumathi S, Anurag G. Tea waste derived activated carbon for the adsorption of sodium diclofenac from wastewater: adsorbent characteristics, adsorption isotherms, kinetics, and thermodynamics, Environmental Science and Pollution Research. 2018; 25(32): 32210–32220.

[17] Klapiszewski Ł, Siwiń ska K, Kołodyńska D. Preparation and characterization of novel TiO2/lignin and TiO2-SiO2/lignin hybrids and their use as functional biosorbents for Pb(II), Chem. Eng. J. 2017; 314: 169–181.

[18] Liu Z, Luo F, Ju X, J, Xie R, Sun, YM, Wang W, Chu LY. Gating membranes for water treatment: Detection and removal of trace Pb2+ ions based on molecular recognition and polymer phase transition, J. Mater. Chem. A. 2013; 1: 9659–9671.

[19] Li Z, Ge Y. Application of Lignin and Its Derivatives in Adsorption of Heavy Metal Ions in Water: A Review, ACS Sustainable Chem. Eng. 2018; 6: 7181–7192.

[20] Yang S, Kim H, Narayanan S, Mckay IS, Wang EN. Dimensionality effects of carbon-based thermal additives for microporous adsorbents, Mater. Des. 2015; 85: 520–526.

[21] Ge Y, Li Q, Li Z. Lignin microspheres: An effective and recyclable natural polymer-based adsorbent for lead ion removal, Mater. Des. 2016; 95: 141–147.

[22] Geng X, Zhang Y, Li J, Lei Y, Hamel J, Giummarella N, Henriksson G, Zhang L, Zhu H. Bioinspired Ultrastable Lignin Cathode via Graphene Reconfiguration for Energy Storage, ACS Sustainable Chem. Eng. 2017; 5: 3553-3561.

[23] Li Z, Zhang J, Li Q, Ge Y. Enhancing antioxidant performance of lignin by enzymatic treatment with laccase, ACS Sustainable Chem. Eng. 2018; 6: 2591–2595.

[24] Li Z, Yan K, Ge Y. Synthesis of porous lignin xanthate resin for Pb2+ removal from aqueous solution, Chem. Eng. J. 2015; 270: 229–234.

[25] Li Z, Ge Y, Liang W. Fabrication of a green porous lignin-based sphere for the removal of lead ions from aqueous media, J. Hazard. Mater. 2015; 285: 77–83.

[26] Schwarzenbach RP, Escher BI, Fenner K, Hofstetter TB, Johnson CA, von Gunten U, Wehrli B. The challenge of micropollutants in aquatic systems, Science. 2006; 313: 5790.
[27] Scheuhammer A, Braune B, Chan HM, Frouin H, Krey A, Letcher R, Loseto L, Noel M, Ostertag S, Ross P, Wayland M. Recent progress on our understanding of the biological effects of mercury in fish and wildlife in the Canadian Arctic. Sci. Total. Environ. 2015; 509.

[28] Islam MS, Ahmed MK, Raknuzzaman M, Habibullah –Al- Mamun M, Islam MK. Heavy metal pollution in surface water and sediment: A preliminary assessment of an urban river in a developing country, Ecological Indicators. 2015; 48.

[29] Shannon MA, Bohn PW, Elimelech M, Georgiadis JG, Marinas BJ, Mayes AM. Science and technology for water purification in the coming decades, Nature. 2008; 452: 7185.

[30] Bhattacharyya KG, Sen Gupta S. Adsorption of a few heavy metals on natural and modified kaolinite and montmorillonite: A review, Adv. Colloid Interfac. 2008; 140: 2.

[31] Liu C, Li Y, Hou Y. A simple environment-friendly process for preparing high-concentration alkali lignin nanospheres, Eur. Polym. J. 2019; 112: 15–23

[32] Liu C, Li Y, Hou Y. Basicity Characterization of Imidazolyl Ionic Liquids and Their Application for Biomass Dissolution, Int. J. Chem. Eng. 2018; 1–8.

[33] You TT, Mao JZ, Yuan TQ, Wen JL, Xu F. Structural Elucidation of the Lignins from Stems and Foliage of Arundo donax Linn, J. Agric. Food Chem. 2013; 61: 5361–5370.

[34] Wang K, Cao Y, Wang X, Castro MA, Fan Q. Rod-shape porous carbon derived from aniline modified lignin for symmetric super capacitors, J. Power Sources. 2016; 307: 462–467.

[35] Xiong F, Chu F, Li G, Wang S, Qin T, Han Y, Chen Y. Preparation and formation mechanism of size-controlled lignin nanospheres by self-assembly, Ind. Crops Prod. 2017; 100: 146–152.

[36] Jin C, Zhang X, Xin J, Liu G, Chen J, Wu G, Liu T, Zhang J, Kong Z. Thiol–Ene Synthesis of Cysteine-Functionalized Lignin for the Enhanced Adsorption of Cu(II) and Pb(II), Ind. Eng. Chem. Res. 2018; 57: 7872–7880.

[37] Kołodyńska D, Krzukowska J, and Thomas P, Comparison of Sorption and Desorption Studies of Heavy Metal Ions From Biochar and Commercial Active Carbon, Chem. Eng. J. 2017; 307: 353–363.

[38] Liu B, Chen W, Peng X, Cao Q, Wang Q, Wang D, Meng X, Yu G. Biosorption of lead from aqueous solutions by ion-imprinted tetraethylene pentamine modified chitosan beads, Int. J. Biol. Macromol. 2016; 86: 562–569.

[39] Li Z, Chen J, Ge Y. Removal of Lead Ion. Oil Droplet from aqueous solution by Lignin-Grafted Carbon Nanotubes, Chem. Eng. J. 2017; 308: 809–817.

[40] Ge Y, Li Z. Application of Lignin and Its Derivatives in Adsorption of Heavy Metal Ions in Water: A Review, ACS Sustainable Chem. Eng. 2018; 6(5): 7181–7192.

[41] Zhang S, Wang Z, Zhang Y, Pan H, Tao L. Adsorption of methylene blue on organosolv lignin from rice straw, Procedia Environmental Sciences. 2016; 31: 3–11.

[42] Lee S-L, Park J-H, Kim S-H, Kang S-W, Cho J-S, Jeon J-R, Lee Y-B, Seo D-C. Sorption behavior of malachite green onto pristine lignin to evaluate the possibility as a dye adsorbent by lignin, Appl Biol Chem. 2019; 62(37): 1-10.

[43] Cemina A, Ferrarini F, Poletto M, Bonetto LR, Bortoluz J, Lemée L, Guégan R, Esteves VI, Giovanella M. Characterization and use of a lignin sample extracted from Eucalyptus grandis sawdust for the removal of methylene blue dye, International Journal of Biological Macromolecules. 2021; 170: 375-389.

[44] Justine M-D, Sarah JW, de Solla, Shane R, Langlois Valerie S. Plasticizer endocrine disruption: Highlighting developmental and reproductive effects in mammals and non-mammalian aquatic species, General and Comparative Endocrinology. 2019; 219: 74–98.

[45] Walker Tony R, Xanthos D, A call for Canada to move toward zero plastic waste by reducing and recycling single-use plastics, Resources, Conservation and Recycling. 2018; 133: 99–100.

[46] Winton Debbie J, Anderson Lucy G, Stephen R, Steven L. Macroplastic pollution in freshwater environments: focusing public and policy action, Science of the Total Environment. 704: 135242.

[47] North Emily J. and Halden Rolf U, Plastics and environmental health: the road ahead, Reviews on Environmental Health. 2013; 28(1): 1–8.
[48] Andrés C, Fidel E, Ignacio G-GJ, Xabier I, Bárbara Ú, Santiago H-L, Álvaro TP, Sandra N, Juan G-de-L, Andrea R, Fernández-de-Puelles ML. Plastic debris in the open ocean, Proceedings of the National Academy of Sciences. 2014; 111(28): 10239–10244.

[49] Thompson RC, Moore CJ, vom Saal FS, Swan SH. Plastics, the environment and human health: current consensus and future trends, Philosophical Transactions of the Royal Society B: Biological Sciences. 2014; 364(1526): 2153–2166.

[50] Ahmed AA, Al-mashhadani MH, Hashim H, Ahmed DS, Yousif E. Morphological, Color Impact and Spectroscopic Studies of New Schiff Base Derived From 1,2,4-Triazole Ring. Prog. Color Colorants Coat. 2021; 14: 27–34.

[51] Mohammed SA, Najim LH, Al-mashhadani MH, Ismael M, Hamad BA, Noaman R, Ibraheem H, Ahmed DS, Yousif E. Morphological and Photodecomposition Rate Constant Study of PVC Films Doped with Sulfadiazine Tin(IV) Complexes, Science Letters. 2020; 14: 88-96.

[52] Watheq B, Yousif E, Al-Mashhadani MH, Mohammed A, Ahmed DS, Kadhom M, Jawah AH. A Surface Morphological Study, Poly (Vinyl Chloride) Photo-Stabilizers Utilizing Ibuprofen Tin Complexes against Ultraviolet Radiation, Surfaces. 2020; 3: 579-593.

[53] Khalaf M, Fadhil Z, Al-Mashhadani M. H, Abdallh M, Bafaroosha M, Majeed A, Salih N, Yousif E, PVC Films Performance Stabilized By Dibutyltin (IV) Complex For Sustainable Environment, Journal of Physics: Conference Series. 2020; 1664.

[54] M Bafaroosha, N Salih, AG Hadi, DS Ahmed, MH Al-mashhadani, E Yousif. The Effect of UV Aging on the Structure of PVC in the Presence of Organ tin (IV) Compounds, ANJS. 2020; 23: 57-61.

[55] Ahmed A, Al-Mashhadani MH, Ahmed DS, Ahmed AA, Yousif E, Yusop RM. Preparation of Polymeric films containing Schiff base as UV-Absorber with Good Resistance against UV-Photoaging, Biointerface Research in Applied Chemistry. 2021; 11: 12743 – 12749.

[56] Ahmed A, Abdallh M, Al-Mashhadani MH, Ahmed DS, Bafaroosha M, Jawah AH, Yousif E. Environmental Stability of Poly(Vinyl Chloride) Modified by Schiff’s Base under Exposure to UV, Biointerface Research in Applied Chemistry. 2021; 11: 13465-13473.

[57] Fadhil Z, Adil H, Alsayed R, Al-Mashhadani MH, Jawah AH, Ahmed DS, Yousif E. Poly(Vinyl Chloride) Containing Gynostemma Pentaphyllum as a Photostabilizer, Materials Science Forum. 2021; 1021: 251-259.

[58] Al-Mashhadani MH, Ahmed DS, Adil H, Ahmed A, Thamer H, Hamad BA, Abdallh M, Ahmed A, Bafaroosha M, Mohammed SA, Salih N, Yusop RM, Yousif E. A quantitative spectroscopic study of the bleaching phenomena in photo-stabilized formulations containing PVC exposed to outdoor conditions, Materials Today: Proceedings. 2021; 42: 2686–2692.

[59] Ahmed DS, Ibrahim FM, Bafaroosha M, Al-Mashhadani MH, Jawah AH, Yusop RM, Salih N, Mohammed SA, E Yousif. Polyphosphates as thermal stabilizers for poly (vinyl chloride), Materials Today: Proceedings. 2021; 42: 2680–2685.

[60] Al-Mashhadani MH, Thamer H, Adil H, Ahmed A, Ahmed DS, Bafaroosha M, Jawah AH, Yousif E. Environmental and morphological behavior of polystyrene films containing Schiff base moiety, Materials Today: Proceedings. 2021; 42: 2693–2699.

[61] Yousif E, Haddad R. Photodegradation and photostabilization of polymers, especially polystyrene: review, Springer Plus. 2013; 2.

[62] Espinoza-Acosta JL, Torres-Chávez PI, Ramírez-Wong B, López-Saiz CM, Montaño-Leyva B, Antioxidant, antimicrobial, and antimutagenic properties of technical lignins and their applications, Bio Resources. 2016; 11: 5452–5481.

[63] Gadioli R, Morais JA, Waldman WR, De Paoli M-A. The role of lignin in polypropylene composites with semi-bleached cellulose fibers: mechanical properties and its activity as antioxidant, Polym Degrad Stab. 2014; 108: 23–34.

[64] Gadioli R, Waldman WR, De Paoli MA, Lignin as a green primary antioxidant for polypropylene, J Appl Polym Sci. 2016; 43558: 1-7.

[65] Liu S, Cheng X. Application of lignin as antioxidant in styrene butadiene rubber composite. In: AIP conference proceedings. Presented at the 2nd international symposium on aqua science, water resource and low carbon energy, AIP Publishing. 2010; 344–347.
[66] Liu L, Qian M, Song P, Huang G, Yu Y, Fu S. Fabrication of green lignin-based flame retardants for enhancing the thermal and fire retardancy properties of polypropylene/wood composites, ACS Sustain Chem Eng. 2016; 4: 2422–2431.

[67] Dessbesell L, Xu CC, Pulikki R, et al, Forest biomass supply chain optimization for a biorefinery aiming to produce high-value bio-based materials and chemicals from lignin and forestry residues: a review of literature, Can J for Res. 2017; 47: 277–288.

[68] Isikgor FH, Remzi Becer C. Lignocellulosic biomass: a sustainable platform for production of bio-based chemicals and polymers, Polym Chem. 2015; 6: 4497–4559.

[69] Sadeghifar H, Ragauskas A. Lignin as a UV Light Blocker—A Review, Polymers. 2020; 12: 1134.

[70] Yang W, Fortunati E, Dominici F, Giovanale G, Mazzaglia A, Balestra GM, Kenny JM, Puglia D. Effect of cellulose and lignin on disintegration, antimicrobial and antioxidant properties of PLA active films, Int J Biol Macromol. 2016; 89: 360–368.

[71] Domenek S, Louaifi A, Guinault A, Baumberger S. Potential of lignins as antioxidant additive in active biodegradable packaging materials, J Polym Environ. 2013; 21: 692–701.

[72] Kaur R, Uppal SK. Structural characterization and antioxidant activity of lignin from sugarcane bagasse, Colloid Polym Sci. 2015; 293: 2585–2592.

[73] Zhang W, Wu H, Zhou N, Cai X, Zhang Y, Hu H, Feng Z, Huang Z, Liang J. Enhanced Thermal Stability and Flame Retardancy of Poly(Vinyl Chloride) Based Composites by Magnesium Borate Hydrate-Mechanically Activated Lignin, J Inorg Organomet Polym, 2021, 31, in preset.